Effect of repair methods and materials on the flexural strength of 3D-printed denture base resin

Hamile Emanuella do Carmo Viotto, Marcela Dantas Dias Silva, Thaís Soares Bezerra Santos Nunes, Sabrina Romão Gonçalves Coelho, Ana Carolina Pero*
Department of Dental Materials and Prosthodontics, Araraquara Dental School, Univ Estadual Paulista (UNESP), Araraquara, São Paulo, Brazil

PURPOSE. The aim of this study was to evaluate the flexural strength of a 3D-printed denture base resin (Cosmos Denture), after different immediate repair techniques with surface treatments and thermocycling. MATERIALS AND METHODS. Rectangular 3D-printed denture base resin (Cosmos Denture) specimens (N = 130) were thermocycled (5,000 cycles, 5°C and 55°C) before and after the different repair techniques (n = 10 per group) using an autopolymerized acrylic resin (Jet, J) or a hard relining resin (Soft Confort, SC), and different surface treatments: Jet resin monomer for 180 s (MMA), blasting with aluminum oxide (JAT) or erbium:yttrium-aluminum-garnet laser (L). The control group were intact specimens. A three-point flexural strength test was performed, and data (MPa) were analyzed by ANOVA and Games-Howell post hoc test (α = 0.05). Each failure was observed and classified through stereomicroscope images and the surface treatments were viewed by scanning electron microscope (SEM).

RESULTS. Control group showed the highest mean of flexural strength, statistically different from the other groups (P < .001), followed by MMA+J group. The groups with L treatment were statistically similar to the MMA groups (P > .05). The JAT+J group was better than the SC and JAT+SC groups (P < .05), but similar to the other groups (P > .05). Adhesive failures were most observed in JAT groups, especially when repaired with SC. The SEM images showed surface changes for all treatments, except JAT alone. CONCLUSION. Denture bases fabricated with 3D-printed resin should be preferably repaired with MMA+J. SC and JAT+SC showed the worst results. Blasting impaired the adhesion of the SC resin. [J Adv Prosthodont 2022;14:305-14]

KEYWORDS
Dental prosthesis; Denture bases; Flexural strength; Printing; Three-dimensional; Resins

© 2022 The Korean Academy of Prosthodontics
This is an Open Access article distributed under the terms of the Creative Commons Attribution Non-Commercial License (http://creativecommons.org/licenses/by-nc/4.0) which permits unrestricted non-commercial use, distribution, and reproduction in any medium, provided the original work is properly cited.
INTRODUCTION

The digital method of manufacturing prostheses has the advantage of eliminating clinical steps, benefits in terms of costs and clinical time, digital archiving of data, elimination of problems related to conventional impressions, greater patient comfort, evaluation and previous adjustments of digitized images and better marginal sealing compared to conventional prostheses.1

Although many studies compare the subtractive digital fabrication technique (milling) of removable dentures to the conventional technique with poly(methyl)methacrylate (PMMA), few studies have evaluated the properties related to the additive fabrication technique (3D-printing).2-4 In a study by Alghazzawi,1 some of the advantages related to the digital additive technique of manufacturing removable prostheses were highlighted, such as: more detailed reproduction; more economical than the subtractive technique; greater mass production (greater number of units); can produce larger objects (e.g. facial prosthesis); passive production, without force application; can reproduce complex shapes without the need for special cutting tools; unlimited geometry options; faster than the milling technique and prints exactly as designed with no waste.1

The denture bases are constantly subjected to repeated loads during mastication, in addition to being subject to falls during handling, especially because the users of these dentures are mostly elderly individuals with low manual dexterity.5 In addition, the materials used to manufacture prosthetic bases are subject to biodegradation in the oral environment due to factors such as hydrolysis and salivary enzymes, mechanical stress due to thermal and chemical changes in the diet.6 Due to these factors, denture base fractures can occur, and repair techniques must be employed to ensure the well-being of patients. The repair techniques should ideally be easy to perform and inexpensive and should guarantee good mechanical resistance to the repaired prosthesis.

Denture bases made with conventional resins based on PMMA can be repaired using simple techniques performed in the dental office by the dentist, mainly using self-curing acrylic resins.7-13 The literature also reports the use of rigid resin for self-curing reline in repair areas,8 associated with surface treatments in order to improve its bonding properties.14 Among the most reported techniques are chemical surface treatments, such as conditioning with methyl methacrylate,9,10,15-18 acetone,7,9,15,19 chloroform,8,20 ethyl acetate,21 and mechanical treatments, such as surface roughening with abrasive sandpaper,10,17 aluminum oxide particles Al2O3,8,13,18,22,23 or surface treatment with a high power laser.13,22-24 Repair techniques with reinforcement materials are also used, such as fiberglass reinforcement,25,26 reinforcement from renewable sources such as cellulose crystals27 and recently the incorporation of nanocomposites.18,28,29 Considering the problem of fatigue of denture base materials and the limited literature regarding the repair of denture bases obtained by 3D-printing, with the exception of the study by Li et al.30 and Neshandar Asli et al.,31 little is known about the mechanical properties of the materials used in additive technique for making removable prostheses and their repair possibilities in research.3 Therefore, the aim of this study was to evaluate the flexural strength of a denture base resin obtained through the digital additive manufacture technique (3D-printing) subjected to different repair techniques. The null hypothesis of the study is that there will be no difference on the flexural strength, irrespective of the repair technique.

MATERIALS AND METHODS

A 3D-printed type of resin (Cosmos Denture; Yller Digital, Pelotas, RS, Brazil) was used to simulate the denture base and two types of resins were used for the repair, an autopolymerized resin (Jet; Clássico, Artigos Odontológicos Ltda., São Paulo, SP, Brazil) and an autopolymerized hard reline resin (Soft Confort; Dencril Produtos Odontológicos, Vipi Ltda, Pirassununga, SP, Brazil). Thirteen groups (n = 10) were formed, according to the repair technique: control, intact Cosmos Denture resin (C); autopolymerized acrylic resin Jet (J), hard relining resin Soft Confort (SC), Jet resin monomer for 180 s + J (MMA + J), Jet resin monomer for 180 s + SC (MMA + SC), blasting with aluminum oxide for 15 s + J (JAT + J), blasting with aluminum oxide for 15 s + SC (JAT + SC), erbium: yttrium-aluminum-garnet laser for 60 s + J (L + J), erbium: yttrium-aluminum-gar-
Effect of repair methods and materials on the flexural strength of 3D-printed denture base resin

net laser for 60 s + SC (L + SC), blasting with aluminum oxide for 15 s + Jet resin monomer for 180 s + J (JAT + MMA + J), blasting with aluminum oxide for 15 s + Jet resin monomer for 180 s + SC (JAT + MMA + SC), erbium: yttrium-aluminum-garnet laser for 60 s + Jet resin monomer for 180 s + J (L + MMA + J), and erbium: yttrium-aluminum-garnet laser for 60 s + Jet resin monomer for 180 s + SC (L + MMA + SC) (Fig. 1).

Rectangular specimens (N = 130, 64 mm × 10 mm × 3.3 mm) were virtually designed with the Adobe Meshmixer v. 3.5 Software (Autodesk Inc.; San Rafael, CA, USA) (Fig. 2A) and the file was converted to a .stl file. The virtual specimens were transferred to the FlashDLPrint v. 3.28.0 (Zhejiang Flashforge3D technology, Jinhua, Zhejiang, China), and the printing layer orientation was established at 0 degrees to the z-axis direction without support (Fig. 2B). The Cosmos Denture resin specimens were printed on Flashforge Hunter DLP Resin 3D Printer (Zhejiang Flashforge3D technology, Jinhua, Zhejiang, China) (Fig. 2C). The curing process was activated by an ultraviolet light (LED, λ = 405 nm) with a layer thickness of 50 µm.

After printing, the specimens were cleaned with 99% isopropyl alcohol for 5 min and an additional curing with an UV light curing unit (LED, λ = 405 nm) (Curing Box; dOne 3D, Ribeirão Preto, SP, Brazil) was performed for 10 min, according to the resin manufacturer’s recommendations.

All specimens were finished with 400-grit sandpaper in an Aropol 2V polishing machine (Arotec S/A Indústria e Comércio, Cotia, SP, Brazil) and polished with 600-grit sandpaper. After polishing, all specimens (N = 130) were stored in distilled water at 37°C for 50 ± 2 hours, according to ISO/FDIS 1567.32

Fig. 1. Description of groups. MMA: methyl methacrylate monomer of the Jet resin for 180 s; JAT: blasting with aluminum oxide 50 µm for 15 s; L: application of an erbium: yttrium-aluminum-garnet laser for 60 s.

Fig. 2. (A) Layout specimens planned on Adobe Meshmixer. (B) Software FlashDLPrint v. 3.28.0, printing orientation established in 0 degrees without support. (C) Flashforge printer - Hunter DLP Resin 3D Printer.
All specimens (N = 130) were submitted to thermocycling in a thermal cycle simulation machine - model MSCT - 3 (Marcelo Nucci - ME, São Carlos, SP, Brazil) to perform 5,000 cycles,33,34 with temperature varying between 5°C and 55°C33-36 and immersion time of 30 seconds in each bath.35,37-39 This step aimed to clinically simulate a situation of a denture base already submitted to thermal aging due to the use of the denture for a period of five years.

The specimens of the experimental groups were marked at the center and another two marks were made 1 mm to the left from the center and 1 mm from the right, creating a 2 mm area of resin to be removed for the repair purpose. Then, a tape was positioned evolving the specimen on the left mark and on the right mark, leaving just the 2 mm center resin to be removed by sectioning using a diamond double-sided metal disc (KG Sorensen, Cotia, SP, Brazil) mounted on a hand piece, perpendicularly to the long axis, creating a 2 mm repair surface parallel to each other. For all specimens, the same operator manually performed this procedure.

The sectioned specimens were accommodated in rectangular metallic molds to receive the following repair techniques: repair with Jet resin (J) or Soft Confort resin (SC) without surface treatment. In the groups that received chemical surface treatment with the methyl methacrylate monomer of the Jet resin (MMA), the MMA was applied for 180 s.10,16,40 For the standardization of the application, two drops of MMA were applied with a dropper, every 60 s on the repair surfaces and rubbed with a flexible cotton swab (Flexicotton Industria e Comércio de Produtos de Higiene Toiletries S/A; Santo Amaro da Imperatriz, SC, Brazil), and then the groups were repaired with Jet (MMA + J) or Soft Confort (MMA + SC).

For the groups that received mechanical treatment with blasting with aluminum oxide 50 µm8,18,23 for 15 s41 with a pressure of 0.28 MPa41 and a distance of 10 mm13,18,23,41 between the repair surface and the blaster tip (Basic Classic; Renfert GmbH, Hilzingen, Germany), the loose particles were removed with a blast of air, the surfaces were washed for 10 s with a water/air spray free of oil for 3 s,18 and then repairs were made with Jet (JAT + J) or Soft Confort (JAT+SC). The laser (L) groups received the application of an erbium: yttrium-alumnum-garnet laser (Er:YAG) (Fotona 3 Medical Lasers, Stegnej, Ljubljana, Slovenia, EU) with a wavelength of 2940 nm, at a pulse frequency of 10 Hz, a pulse energy of 250 mJ, pulse duration of 100 µs,13,23,24 for 60 seconds under water and air irrigation (setting number 6), with a distance of 7 mm between the laser tip and the surface to be repaired of the specimen.13,23,24 After laser application, the repair was made with Jet resin (L + J) or Soft Confort (L + SC). For the groups that received the application of blasting plus monomer and laser plus monomer, the treatment techniques were the same as described, with the specimens receiving the mechanical treatment JAT or L, followed by the chemical treatment with MMA, and then the repairs were made with Jet (JAT + MMA + J and L + MMA + J) or Soft Confort (JAT + MMA + SC and L + MMA + SC).

The Jet and Soft Confort resins were mixed in a 3:1 powder/liquid ratio, accommodated in the respective repair areas with the specimens already positioned in the metallic molds fixed on a thick glass plate. A second glass plate was placed over the set and taken to a hydraulic press for 10 min at a temperature of 25°C, according to the respective manufacturer’s instructions. Then, the specimens were removed from the metal molds and placed under pressure (EDG pressure chamber; EDG Equipamentos e Controles Ltda, São Carlos, SP, Brazil) at 0.2 MPa at 55°C for 15 min to complete the polymerization.7,11,16 After the repair techniques, the repaired specimens were finished with 400 and 600 grit sandpaper and were stored in distilled water for 50 ± 2 hours at 37°C.30

All specimens (N = 130), intact (control) and experimental groups, were subjected to a new cycle of thermocycling of 5,000 cycles,33,34 with temperature varying between 5°C and 55°C33-36 and immersion time of 30 seconds in each bath.35,37-39 This step aims to simulate a clinical situation of a denture base subjected to thermal aging for 5 years after the repair technique, which allows evaluating the longevity of the repair techniques. A three-point flexural test was performed with a mechanical testing machine (model EMIC-DL 3000; EMIC Equipamentos e Sistemas de Ensaios Ltda, Curitiba, SP, Brazil) at a cross-head speed of 5 mm/min with a 200 Kg load cell, applied in the center of specimens where the repair was made, until fracture. The maximum load register was used to calculate the flex-
ural strength (MPa) using the following formula:\textsuperscript{42,43}
\[ FS = \frac{3WL}{2bh^2} \]
Where \( FS \) = flexural strength (MPa), \( W \) = load at fracture (N), \( L \) = distance between supporting wedges (52.5 mm); \( b \) = width of the specimen (mm) and \( h \) = thickness of the specimen (mm).

For all the repaired fractured specimens, images were captured using a stereomicroscope (model M80; Leica Microsystems Ltd., Heerbrugg, Switzerland) at 1.25× magnification to identify the nature of failure: adhesive, when failure occurred at the interface between repair resin and 3D-printed resin; cohesive, if more than 75% of failure occurred within the 3D-printed resin or in the repair resin; or mixed when the failure refers to both occurring simultaneously.\textsuperscript{44,45}

To evaluate the effects of the treatments on the repair surface of the 3D-printed denture base resin, additional Cosmos Denture specimens (n = 6) were printed, thermocycled, sectioned in half as described above and the repair surfaces were submitted to: no treatment, MMA, JAT, L, JAT + MMA and L + MMA treatments. These specimens were gold-sputtered and visually inspected at the repair surface under a field emission SEM (model JSM-6610; Jeol, Tokyo, Japan) with a voltage acceleration of 12.0 kV. Photomicrographs were taken under a magnification of ×55 and ×190.\textsuperscript{13,23,46}

Flexural strength data presented normal distribution (Shapiro-Wilk, \( P > .05 \)) and heterocedasticity (Levene, \( P < .05 \)). The means (MPa) were submitted to one-way analysis of variance with Welch’s correction and Games-Howell post hoc test, with a significance level of 5%. The nature of failure was presented as a descriptive analysis. The statistical analyses were performed with IBM SPSS statistical software for Windows (SPPS v15.0; SPSS Inc., Chicago, IL, USA).

**RESULTS**

The one-way ANOVA with Welch’s correction (Table 1 and Table 2) showed the significant effect of the different techniques (\( P < .001 \)). Figure 3 identifies the multiple comparisons among the groups (Games-Howell post-test). The highest means of flexural strength were observed in the control group, statistically significant to the other groups (36.8 ± 6.4 MPa, \( P < .001 \)). The comparison among the repaired groups showed that the group MMA + J had the highest flexural strength (15.5 ± 3.4 MPa), followed by the JAT + MMA + J (14.5 ± 2.2 MPa), showing the similar flexural strength. The groups that showed the lowest values of flexural strength was the SC (6.7 ± 1.0 MPa), JAT + SC (7.0 ± 1.2 MPa) and JAT + MMA + SC (9.0 ± 2.1 MPa), with no difference among these groups (\( P > .05 \)).

Figure 4 illustrates the descriptive analysis of the failure, according to the group. The groups SC, JAT + SC and JAT + MMA + SC presented 100% of adhesive failure. For the groups repaired with J, MMA + J, L + J, JAT + MMA + J, L + MMA + J and L + MMA + SC, the prevalence of failure was cohesive within the 3D-printed denture base resin.

The SEM photomicrographs (Fig. 5) showed that all treatments resulted in noticeable surface modifications, less remarkable for the JAT group.

**DISCUSSION**

Denture bases are susceptible to fractures due to falls or as a result of material degradation over time, which is constantly subjected to chewing loads, temperature and pH fluctuations in the oral environment. In this context, information about the longevity of different repair techniques of a 3D-printed denture base resin becomes relevant. The null hypothesis that there would be no difference on the flexural strength among the different repair techniques was rejected.

Flexural strength is a suitable property to predict
Fig. 3. Means of flexural strength (MPa) and standard deviations, according to the group (Games-Howell test, \( \alpha = 0.05 \)). Similar capital letters represent statistical similarity between different groups.

Fig. 4. Percentage of types of failure, according to the group.

Fig. 5. SEM photomicrographs of surface treatments with 12 kV and magnification of \( \times \) 190. (A) no treatment, \( \times \) 190; (B) Monomer for 180 s, \( \times \) 190; (C) Blasting, \( \times \) 190; (D) Laser, \( \times \) 190; (E) Blasting + monomer, \( \times \) 190; (F) Laser + monomer, \( \times \) 190.
the mechanical resistance of a denture base material. It was standardized by ISO/FDIS 1567 that a conventional denture base resin intact and not subjected to thermal aging should reach at least 65 MPa. When submitted to repairs, the flexural strength of conventional denture base resins (thermopolymerized in a water bath or by microwave energy) varies according to the repair technique. Arioli Filho et al. observed an average flexural strength of 6.7 MPa when repairing a water-bath polymerized resin with an autopolymerized resin without any surface treatment and without thermal aging. In the present study, the 3D-printed specimens were thermocycled before and after the repair and reached flexural strength of 10.2 MPa when an autopolymerized resin was used without any surface treatment (group J).

The repair flexural strength depends on good adhesion between the repair material and the base resin. The groups that showed the highest flexural strength means had the autopolymerized resin Jet as the repair material, and the surface treatment with methyl methacrylate monomer for 180 s significantly improved the flexural strength. According to Vallitu et al., the application of the monomer is capable of dissolving a resin based on PMMA; this dissolution allows new polymer chains to be chemically formed at the bonding interface when repairing this PMMA resin with an autopolymerized resin.

Neshandar Asli et al. recently evaluated the roughness and flexural strength of a repaired 3D-printed denture resin after different mechanical surface treatments: laser Er:YAG, blasting with 250 µm aluminum oxide particles, and bur grinding. The authors did not evaluate any chemical surface treatment and they found out that the bur grinding treatment provided the highest flexural strength (58.4 ± 2.4 MPa) in comparison with the others treatments. The present study did not show a flexural strength as high as those found by Neshandar Asli et al. in any of the groups, although the treatment methods were different among mechanical treatments with laser and blasting, and the chemical treatment with an autopolymerized monomer alone and combined with mechanical treatment. The higher flexural strength in the treatment groups was observed on MMA + J (15.5 ± 3.4 MPa) and it should be taken into account that all of the specimens were thermocycled by 10,000 cycles.

The findings of this study also demonstrated that, in general, repairing a 3D-printed denture base resin with the hard relining resin Soft Confort (SC) resulted in the lowest flexural strength values, which may have occurred due to the incompatibility of adhesion between the SC and the 3D-printed denture base resin (Cosmos Denture). Soft Confort resin is composed of an ethylmethacrylate polymer powder and an iso-butylmethacrylate monomer liquid, whereas Cosmos Denture resin is composed of oligomers, monomers (acrylates and methacrylates), photoinitiators, stabilizers and pigment (manufacturer’s information). The evaluation of the type of failure corroborates with these findings since a higher percentage of adhesive failure was found in the groups SC, JAT + SC, and JAT + MMA + SC, which are in agreement with the study by Alkurt et al.

The images of SEM displayed irregularities on the surface repair submitted to laser application, which could explain the improvement of the flexural strength for the specimens repaired with Jet resin. This surface change may have favored the adhesion of the Jet resin, allowing it to flow and enter the irregularities formed on the repair surface. According to Sari et al., the laser promotes a surface melting of the resin by increasing the temperature in the areas where it was applied.

The results of this study also demonstrated that laser application had a similar effect to MMA conditioning on the flexural strength data. These findings are in agreement with the study by Alkurt et al., which found similarity on the flexural strength of a denture base resin when comparing laser treatment and MMA application followed by repair with an autopolymerized resin. Blasting was insufficient to promote surface changes, as demonstrated by SEM images. For the JAT + SC group, blasting impaired the flexural strength, as reported by Gundogdu et al., and the flexural strength was similar to those that of the repaired group with SC and J without treatment. In contrast, Alkurt et al. and Neshandar Asli et al. found a significant improvement on the flexural strength of a denture base resin previously blasted with 250 µm aluminum oxide and repaired with an autopolymerized resin. The size of the aluminum oxide particles might explain these contrasting results.
For the MMA treatment, SEM images showed a noticeable surface modification with more exposure of the resin matrix, which might imply that more carbon chains are free to make new bonds with the repair material. In contrast, Li et al. observed that wetting the surface of a 3D-printed denture base resin with MMA did not promote visible morphological changes on the surface of the 3D-printed resin.

In the present study, the specimens were submitted to thermocycling to simulate the ageing of the material for five years before the repair and after this procedure. It is well-known that thermocycling impact the flexural strength of denture base materials due to plasticizer effect of the water on the bond interface, promoting a solubilization and deterioration by hydrolysis of the methacrylate groups. In addition, thermocycling promotes cyclic stress due to the water sorption and the different thermal expansion coefficients of the materials used in the repair techniques and the denture base.

The 3D-printing technology applied to prosthetic dentistry opens several possibilities for the development of new researches in clinical and laboratory areas, since the biological, mechanical, physical and chemical behavior of these materials are still being investigated. It has been shown that any changes made in the process of manufacturing this 3D specimen can change its properties.

The results of this study suggest the longevity of a 3D-printed denture base resin repaired under different conditions, as a clinical condition of thermal aging was simulated before and after repair. It should be considered that other clinical factors are involved in the failure of materials in the oral environment, such as hydrolysis by salivary enzymes, pH, diet and masticatory loads. Furthermore, specimens had a different shape from a denture base, just as a denture is subjected to a variety of loads in addition to the transverse resistance load.

**CONCLUSION**

Within the limitations of this study, it was possible to conclude that none of the repairs was able to achieve the flexural strength of the intact 3D resin. For the repair of the denture bases fabricated with 3D-printed resin, an autopolymerized resin in the repair area associated with the chemical surface treatment with monomer should be considered. The repair with hard relining resin did not show good flexural strength results when used as a repair material alone without blasting. Blasting the surface with aluminum oxide did not improve the bond between the 3D-printed denture base resin and repair resin, showing a higher percentage of adhesive failures when associated with the repair made with hard relining resin.

**ACKNOWLEDGEMENTS**

The authors thank USP (University of Sao Paulo, School of Dentistry, Ribeirao Preto, Brazil) for the technical assistance with the thermocycling and laser application. The authors report no conflict of interest.

**REFERENCES**

1. Alghazzawi TF. Advancements in CAD/CAM technology: Options for practical implementation. J Prosthodont Res 2016;60:72-84.
2. Tasaka A, Matsunaga S, Odaka K, Ishizaki K, Ueda T, Abe S, Yoshinari M, Yamashita S, Sakurai K. Accuracy and retention of denture base fabricated by heat curing and additive manufacturing. J Prosthodont Res 2019;63:85-9.
3. Kalberer N, Mehl A, Schimmel M, Müller F, Srinivasan M. CAD-CAM milled versus rapidly prototyped (3D-printed) complete dentures: An in vitro evaluation of trueness. J Prosthodont Dent 2019;121:637-43.
4. Prpić V, Schauperl Z, Čatić A, Dulčić N, Čimić S. Comparison of mechanical properties of 3D-Printed, CAD/CAM, and conventional denture base materials. J Prosthodont 2020;29:524-8.
5. da Veiga Pessoa DM, Roncalli AG, de Lima KC. Economic and sociodemographic inequalities in complete denture need among older Brazilian adults: a cross-sectional population-based study. BMC Oral Health 2016;17:5.
6. Bettencourt AF, Neves CB, de Almeida MS, Pinheiro LM, Oliveira SA, Lopes LP, Castro MF. Biodegradation of acrylic based resins: a review. Dent Mater 2010;26: e171-80.
7. Rached RN, Powers JM, Del Bel Cury AA. Repair
strength of autopolymerizing, microwave, and conventional heat-polymerized acrylic resins. J Prosthet Dent 2004;92:79-82.

8. Minami H, Suzuki S, Minesaki Y, Kurashige H, Tanaka T. In vitro evaluation of the influence of repairing condition of denture base resin on the bonding of autopolymerizing resins. J Prosthet Dent 2004;91:164-70.

9. Bural C, Bayraktar G, Aydin I, Yusufoğlu I, Uyumaz N, Hanzade M. Flexural properties of repaired heat-polymerising acrylic resin after wetting with monomer and acetone. Gerodontology 2010;27:217-23.

10. Pereira Rde P, Delfino CS, Butignon LE, Vaz MA, Arioli-Filho JN. Influence of surface treatments on the flexural strength of denture base repair. Gerodontology 2012;29:e234-8.

11. Arioli Filho JN, Butignon LE, Pereira R de P, Lucas MG, Mollo Junior F de A. Flexural strength of acrylic resin repairs processed by different methods: water bath, microwave energy and chemical polymerization. J Appl Oral Sci 2011;19:249-53.

12. Clingir A, Bilhan H, Geckili O, Sulun T, Bozdag E, Sunbuloglu E. In vitro comparison of two different materials for the repair of urethan dimethacrylate denture bases. J Adv Prosthodont 2013;5:396-401.

13. Alkurt M, Yesil Duymuş Z, Gundogdu M. Effect of repair resin type and surface treatment on the repair strength of heat-polymerized denture base resin. J Prosthet Dent 2014;111:71-8.

14. Özdemir H, Özdoğan A. Bond strength of resilient liners on denture base resin: a systematic review and meta-analysis. J Prosthodont 2018;27:828-41.

15. Rached RN, Del-Bel Cury AA. Heat-cured acrylic resin repaired with microwave-cured one: bond strength and surface texture. J Oral Rehabil 2001;28:370-5.

16. Vallittu PK, Lassila VP, Lappalainen R. Wetting the repair surface with methyl methacrylate affects the transverse strength of repaired heat-polymerized resin. J Prosthet Dent 1994;72:639-43.

17. Tamore SH, Jyothi KS, Muttagi S, Gaikwad AM. Flexural strength of surface-treated heat-polymerized acrylic resin after repair with aluminum oxide-reinforced autopolymerizing acrylic resin. Contemp Clin Dent 2018;9:S347-53.

18. Qaw MS, Abushowmi TH, Almaskin DF, AlZaher ZA, Gad MM, Al-Harbi FA, Abulsaad R, Ammar MM. A novel approach to improve repair bond strength of repaired acrylic resin: an in vitro study on the shear bond strength. J Prosthodont 2020;29:323-33.

19. Yadav NS, Khare S, Mishra SK, Vyas R, Mahajan H, Chitumalla R. In-vitro evaluation of transverse strength of repaired heat cured denture base resins without surface treatment and with chemical and mechanical surface treatment. J Int Oral Health 2015;7:89-92.

20. Leles CR, Machado AL, Vergani CE, Giampaolo ET, Pavarina AC. Bonding strength between a hard chairside reline resin and a denture base material as influenced by surface treatment. J Oral Rehabil 2001;28:1153-7.

21. Shimizu H, Ikuyama T, Hayakawa E, Tsue F, Takahashi Y. Effect of surface preparation using ethyl acetate on the repair strength of denture base resin. Acta Odontol Scand 2006;64:159-63.

22. Jacobsen NL, Mitchell DL, Johnson DL, Holt RA. Lased and sandblasted denture base surface preparations affecting resilient liner bonding. J Prosthet Dent 1997;78:153-8.

23. Gundogdu M, Yesil Duymus Z, Alkurt M. Effect of surface treatments on the bond strength of soft denture lining materials to an acrylic resin denture base. J Prosthet Dent 2014;112:964-71.

24. Akın H, Tugut F, Guney U, Akar T. Shear bond strength of denture teeth to two chemically different denture base resins after various surface treatments. J Prosthodont 2014;23:152-6.

25. Kumar V, Kumar L, Sehgal K, Datta K, Pal B. A comparative evaluation of effect of reinforced autopolymerizing resin on the flexural strength of repaired heat-polymerized denture base resin and after thermocycling. J Int Soc Prev Community Dent 2017;7:S99-106.

26. Yoshida K, Takahashi Y, Hamanaka I, Kawaguchi T, Sasaki H, Shimizu H. Reinforcing effect of glass fiber-reinforced composite reinforcement on flexural strength at proportional limit of a repaired denture base resin. Acta Biomater Odontol Scand 2015;1:81-5.

27. Rahaman Ali AAA, John J, Mani SA, El-Seedi HR. Effect of thermal cycling on flexural properties of microcrystalline cellulose-reinforced denture base acrylic resins. J Prosthodont 2020;29:611-6.

28. Gad MM, Rahoma A, Abulsaad R, Al-Thobity AM, Akhtar S, Siddiqui IA, Al-Harbi FA. Influence of artificial aging and ZrO2 nanoparticle-reinforced repair resin on the denture repair strength. J Clin Exp Dent 2020;12:e354-62.
29. Gad MM, Rahoma A, Abualsaud R, Al-Thobity AM, Akhtar S, Helal MA, Al-Harbi FA. Impact of different surface treatments and repair material reinforcement on the flexural strength of repaired PMMA denture base material. Dent Mater J 2020;39:471-82.

30. Li P, Krämer-Fernandez P, Klink A, Xu Y, Spintzyk S. Repairability of a 3D printed denture base polymer: Effects of surface treatment and artificial aging on the shear bond strength. J Mech Behav Biomed Mater 2021;114:104227.

31. Neshandar Asli H, Rahimabadi S, Babae Hemmati Y, Falahchai M. Effect of different surface treatments on surface roughness and flexural strength of repaired 3D-printed denture base: An in vitro study. J Prosthodont Dent 2020;126:595.e1-595.e8.

32. ISO 1567. Dentistry-Denture base polymers. 2nd ed. International Standard Organization (ISO); Geneva; Switzerland, 1999.

33. Kim JY, Pfeiffer P, Niedermeier W. Effect of laboratory procedures and thermocycling on the shear bond strength of resin-metal bonding systems. J Prosthodont Dent 2003;90:184-9.

34. Kulak-Ozkan Y, Sertgoz A, Gedik H. Effect of thermocycling on tensile bond strength of six silicone-based, resilient denture liners. J Prosthodont Dent 2003;89:303-10.

35. Choi JE, Ng TE, Leong CKY, Kim H, Li P, Waddell JN. Adhesive evaluation of three types of resilient denture liners bonded to heat-polymerized, autopolymerized, or CAD-CAM acrylic resin denture bases. J Prosthodont Dent 2018;120:699-705.

36. Alp G, Murat S, Yilmaz B. Comparison of flexural strength of different CAD/CAM PMMA-based polymers. J Prosthodont 2019;28:e491-e495. [Epub 2018 Jan 28]

37. Harrison WM, Stansbury BE. The effect of joint surface contours on the transverse strength of repaired acrylic resin. J Prosthet Dent 1970;23:464-72.

38. Chitchumpong P, Brooks SC, Stafford GD. Comparison of three- and four-point flexural strength testing of denture-base polymers. J Prosthodont 2019;28:e491-e495. [Epub 2018 Jan 28]

39. Andreopoulos AG, Polyzois GL. Repair of denture base resins using visible light-cured materials. J Prosthodont Dent 1994;72:462-8.

40. Barbosa DB, Monteiro DR, Barão VA, Pero AC, Compagnoni MA. Effect of monomer treatment and polymerisation methods on the bond strength of resin teeth to denture base material. Gerodontontology 2009;26:225-31.

41. AlQahtani M, Haralur SB. Influence of different repair acrylic resin and thermocycling on the flexural strength of denture base resin. Medicina (Kaunas) 2020;56:50.

42. Paleari AG, Marra J, Pero AC, Rodriguez LS, Ruvo-lo-Filho A, Compagnoni MA. Effect of incorporation of 2-tert-butylaminoethyl methacrylate on flexural strength of a denture base acrylic resin. J Appl Oral Sci 2011;19:195-9.

43. Sasaki H, Hamanaka I, Takahashi Y, Kawaguchi T. Effect of reinforcement on the flexural properties of injection-molded thermoplastic denture base resins. J Prosthodont 2017;26:302-8.

44. Pinto JR, Mesquita MF, Nóbilo MA, Henriques GE. Evaluation of varying amounts of thermal cycling on bond strength and permanent deformation of two resilient denture liners. J Prosthodont 2004;92:288-93.

45. Gad MM, Rahoma A, Abualsaud R, Al-Thobity AM, Fou-da SM. Effect of repair gap width on the strength of denture repair: an in vitro comparative study. J Prosthodont 2019;28:684-91.

46. Sari F, Ustun O, Kirmali O. Efficacy of various pretreatments on the bond strength of denture teeth to denture base resins. Photomed Laser Surg 2018;36:214-20.

47. Marra J, de Souza RF, Barbosa DB, Pero AC, Compagnoni MA. Evaluation of the bond strength of denture base resins to acrylic resin teeth: effect of thermocycling. J Prosthodont 2009;18:438-43.

48. Choi JJE, Uy CE, Plaksina P, Ramani RS, Ganjjigatti R, Waddell JN. Bond strength of denture teeth to heat-cured, cad/cam and 3d printed denture acrylics. J Prosthodont 2020;29:415-21.

49. Aati S, Akram Z, Shrestha B, Patel J, Shih B, Shearston K, Ngo H, Fawzy A. Effect of post-curing light exposure time on the physico-mechanical properties and cytotoxicity of 3D-printed denture base material. Dent Mater 2022;38:57-67.

50. Shim JS, Kim JE, Jeong SH, Choi YJ, Ryu JJ. Printing accuracy, mechanical properties, surface characteristics, and microbial adhesion of 3D-printed resins with various printing orientations. J Prosthodont Dent 2020;124:468-75.

51. Hada T, Kanazawa M, Iwaki M, Arakida T, Soeda Y, Katheng A, Otake R, Minakuchi S. Effect of printing direction on the accuracy of 3d-printed dentures using stereolithography technology. Materials (Basel) 2020;13:3405.